Source of material (NH 4)2(WO2S2) (0.315 g, 0.895 mmol) freshly prepared from Na 2WO4, freshly prepared Pb(OH)2 (0.361 g, 1.500 mmol), 2,2-bipyridine (0.081 g, 0.519 mmol), 4-chlorobenzoic acid (0.078 g 0.499 mmol), 15 ml CH 3OH / H2O (1 : 2, v/v) were mixed and stirred for ca. 3 hours. subsequently, the resulting suspension was hedted in a 23 ml Teflon-lined stainless steel autoclave at 393 K for 3 days. After the autoclave was cooled to room temperature, the solid was filtered off. The resulting colorless filtrate was allowed to stand at room temperature and slow evaporation for 50 days afforded colorless prism crystals.

